We are IntechOpen, the world’s leading publisher of Open Access books
Built by scientists, for scientists

4,000
Open access books available

116,000
International authors and editors

120M
Downloads

154
Countries delivered to

TOP 1%
Our authors are among the most cited scientists

12.2%
Contributors from top 500 universities

WEB OF SCIENCE™
Selection of our books indexed in the Book Citation Index in Web of Science™ Core Collection (BKCI)

Interested in publishing with us?
Contact book.department@intechopen.com

Numbers displayed above are based on latest data collected.
For more information visit www.intechopen.com
Chapter

Green Synthesis of Zinc Oxide Nanostructures

Tuğba Isık, Mohamed Elhousseini Hilal and Nesrin Horzum

Abstract

ZnO-based nanomaterials have been proven to be of great use for several leading applications since the beginning of nanoscience due to the abundance of zinc element and the relatively easy conversion of its oxide to nanostructures. Nowadays, ZnO as nanoparticles, nanowires, nanofibers as well as plenty of other sophisticated nanostructures takes place among the pioneer nanomaterials employed in the photovoltaic systems, fuel cells, and biomedical fields. Nevertheless, optimizing energy consumption and being eco-friendly are the challenging requirements that are still to be overcome for their synthesis. Green chemistry has been strongly presented recently in the scientific arena as an adequate potential alternative; worldwide investigations have been held on subjects involving bacteria, fungus, or algae-based synthesis as efficient options, and some of the intriguing scientific findings on this subject are reported hereafter.

Keywords: biosynthesis, hydrothermal, microwave, nontoxic, sonochemical

1. Introduction

There are many conventional zinc oxide (ZnO) nanostructure synthesis routes employing the chemical and physical methods, which require particular set-up, high cost, high temperature-pressure conditions, and nonecological chemicals [1]. However, high-energy consumption of these routes and released toxic chemicals after the process can be hazardous to the environment and human health. In recent years, the green synthesis approach has been gaining attention, which eliminates the use of toxic chemicals and applies environmentally friendly routes. These strategies handle the use of plant-extracts, microorganisms, biomolecules, and ionic liquids by applying hydrothermal, microwave-assisted, sonochemical, and low-temperature processes (Figure 1).

The aim of these developments is to allow the use of toxic chemicals and reduce energy consumption by using simple, rapid, and safe routes. Green synthesis strategies for the ZnO nanostructures could be summarized as biosynthesis (natural extract-based, microorganism-based, and biomolecule-based) and nontoxic chemical synthesis (water-based, calcination, solvent-free, and ionic liquid).

2. Biosynthesis of ZnO nanostructures

2.1 Natural extract-based ZnO nanostructures

Natural extracts (mainly phytochemicals) obtained from plants, leaves, fruit peels, flowers, and seeds have been utilized for the green synthesis of metal oxide
nanoparticles for years. After the plants are collected from different sources, they are washed with water and basic extraction procedures are applied to obtain plant extracts in which leaves are ground and immersed in water by stirring at room temperature for a while. Then, the solutions are filtered and the eluted extract solution is separated for further use in ZnO synthesis (Figure 2). The eluent solution could be used directly for ZnO synthesis or could be dried for the concentration of solid extracts. Afterward, zinc precursors and plant extracts are reacted under various pH and temperature conditions [2]. If the extract is used as an aqueous solution, the zinc precursors are added into the solution. Otherwise, the zinc precursor and powder form of leaf extract are mixed in distilled water. The key mechanism is the oxidation and reduction of metal ion ‘zinc’ by phytochemicals, which are found in natural extracts. The leaf extracts behave as reducing and capping agents. Under favor of plant extracts, the synthesis procedure can be accomplished without using any chemical stabilizers. Finally, the obtained powders are washed with methanol or ethanol and annealed at high temperatures to attain purity [3].

The green synthesized ZnO nanoparticles have been used in various fields such as biomedical application due to their significant antibacterial activities, photocatalysis, and metal ion adsorption purposes [4]. Moreover, nanoparticles synthesized by the green route exhibit better antibacterial performances due to the functional
groups on their surfaces that come from phytochemicals. Here, we will describe the main applications of natural extract-based green synthesized ZnO nanoparticles.

2.2 Biomedical applications

The advantage of using natural extracts for the synthesis of ZnO nanoparticles is that coating of nanoparticles with various pharmacologically active biomolecules on the metal oxide surface allows the conjugation of nanoparticles with receptors of the bacterial membrane. These molecules might be flavones, aldehydes, amides, polysaccharides, etc. and the green synthesized nanoparticles exhibit better biomedical activity than the chemically synthesized ones [1]. Inorganic metal oxides have widely emerged as antibacterial, antioxidant, antifungal, and anticancer agents in the last decades. Moreover, because of their specific targeting and nominal toxicity, the metal oxide nanoparticles could be used in personalized medicine applications. In the area of nanoscaled metal oxides, ZnO has shown promising activity in the biomedical field due to its unique electronic, optical, and medicinal properties. The ZnO nanoparticles show antibacterial activity against a broad spectrum of pathogenic bacteria, and these nanoparticles adopt various mechanisms such as reactive oxygen species (ROS) generation, cell membrane integrity disruption, biofilm formation, or enzyme inhibition [5]. Under UV irradiation, ROS such as superoxide ions, hydroxyl ions, singlet oxygen species, and peroxide molecules are formed. The formed peroxide ions could easily penetrate through the cell membrane and result in cell death. Figure 3 shows the possible ROS generation mechanism and its effect on the bacterial cell wall.

Cell membrane integrity disruption is another significant mechanism for the antibacterial effect of ZnO nanoparticles. Penetration of ZnO nanoparticles results in cell death by the loss of phospholipid bilayer integrity and leakage of intracellular components of the cell. While the Gram-positive bacteria have a thick layer of peptidoglycan, teichoic acid, and lipoteichoic acid in their cell membrane, Gram-negative bacteria have a triple layer of peptidoglycan. The different structure of cell membranes of these two types of bacteria results in a different mechanism of nanoparticle penetration through the cell membranes. In this part, we focused on the biomedical activity of ZnO nanoparticles, and in Table 1, the used plant extracts, zinc precursors, biomedical applications and related biomolecules are summarized.

Figure 3.
ROS mechanism of ZnO nanoparticles [6].
## Zinc Oxide Based Nano Materials and Devices

| Plant type               | Zinc precursor type | Size of ZnO (nm) | Treated biomolecule | Biomedical field       | Ref.  |
|--------------------------|---------------------|------------------|---------------------|------------------------|-------|
| *Momordica charantia*    | Nitrate             | 21               | R. microplus, P. humanus capitis, An. stephensi, and Cx. Quinquefasciatus | Antiparasitic          | [30]  |
| *Rosa canina*            | Nitrate             | 11               | S. typhimurium, S. aureus, L. monocytenes, and E. coli          | Antibacterial          | [31]  |
| *Ulua fasciata*          | Chloride            | 16               | B. cereus, S. aureus, S. thermophilus, E. coli, and P. aeruginosa | Antibacterial          | [32]  |
| *Eclipta alba*           | Acetate             | 6                | E. coli           | Antibacterial          | [33]  |
| *Terminalia arjuna*      | Acetate             | 10–90            | E. coli and S. aureus | Antibacterial          | [34]  |
| *Stevia*                 | Acetate             | 32–36            | B. cereus, S. aureus, S. paratyphi, S. dysenterye, C. albicans, and A. niger | Antibacterial          | [35]  |
| *L. lachenalitiana*      | Acetate             | —                | L. sericata       | Antiparasitic          | [36]  |
| *Adhatoda vasicca*       | Acetate             | 10–12            | S. epidermidis, E. coli, P. aeruginosa, T. rubrum, and M. audouinii | Antimicrobial          | [37]  |
| *Vitex negundo*          | Nitrate             | 38               | Human Serum Albumin | Protein binding       | [38]  |
| *Anchusa italica*        | Acetate             | 8–14             | B. megaterium, S. aureus, E. coli, S. typhimurium | Antimicrobial          | [39]  |
| *Jacaranda mimosifolia*  | Gluconate           | 2–4              | E. faecium and E. coli | Antibacterial          | [40]  |
| *Heritiera fomes and Sonneratia apetala* | Chloride | 40–50           | S. aureus, S. flexneri, V. choleri, S. epidermidis, B. subtilis, and E. coli | Antibacterial          | [41]  |
| *Nyctanthes arbor-tristis* | Acetate          | 12–32            | A. alternata, A. niger, B. cinerea, F. oxyoporum, and P. expansum | Antifungal            | [42]  |
| *Nocardiopsis sp*        | Nitrate             | 500              | E. coli and P. mirabilis | Antibacterial          | [43]  |
| *Ceropegia candelabrum*  | Nitrate             | 12–35            | S. aureus, B. subtilis, E. coli, and S. typhi | Antibacterial          | [44]  |
| *Pongamia pinnata*       | Acetate             | 21               | C. maculatus     | Anti-pesticide         | [45]  |
| *Capsicum annuum*        | Nitrate             | 30–40            | E. coli and S. aureus | Antibacterial          | [46]  |
| *Euphorbia peioidata*    | Nitrate             | —                | E. coli           | Antibacterial          | [47]  |
| *Tradescantia pallida*   | Acetate             | 25               | HeLa cervical cancer cell | Anticancer            | [48]  |
| *Punica granatum*        | Nitrate             | 5                | P. vulgaris, E. coli, and S. aureus | Antibacterial          | [49]  |
| *Swertia chirayita*      | Nitrate             | 5                | S. enterica, E. coli, and S. aureus | Antibacterial          | [50]  |
**Green Synthesis of Zinc Oxide Nanostructures**

DOI: http://dx.doi.org/10.5772/intechopen.83338

| Plant type                  | Zinc precursor type | Size of ZnO (nm) | Treated biomolecule                          | Biomedical field | Ref. |
|-----------------------------|--------------------|------------------|----------------------------------------------|------------------|------|
| Vitex negundo               | Nitrate            | 38               | *E. coli* and *S. aureus*                    | Antibacterial    | [52] |
| Aegle marmelos              | Nitrate            | 20               | *P. aeruginosa, E. coli, S. aureus, A. niger, and F. solani* | Antimicrobial    | [53] |
| Azadirachta indica          | Acetate            | 9–25             | S. pyogenes, *E. coli*, and *S. aureus*       | Antibacterial    | [54] |
| Vaccinium arctostaphylos    | Nitrate            | 15               | Lipid, insulin, and fasting blood sugar       | Antidiabetic     | [55] |
| Coffee powder               | Acetate            | 25–30            | Proteinase K                                 | Enzymatic        | [56] |
| Zizia rhizomifolia          | Nitrate            | 17               | HeLa cancer cell and Candida spp.            | Anticancer       | [57] |
| Chelidonium majus           | Nitrate            | 10               | *P. aeruginosa, E. coli, S. aureus, C. albicans, A. niger, and T. rubrum* | Antibacterial    | [58] |
| Prunus yedoensis Matsumura  | Nitrate            | 10–40            | *B. linens* and *S. epidermidis*             | Antibacterial    | [59] |
| Sechium edule               | Acetate            | 36               | *B. subtilis* and *K. pneumonia*             | Antibacterial    | [60] |
| Catharanthus roseus         | Acetate            | 50–90            | *S. aureus, S. pyogenes, B. cereus, P. aeruginosa, P. mirabilis, and E. coli* | Antibacterial    | [61] |
| Allizia saman               | Nitrate            | 15–80            | *D. indica*                                  | Genotoxicity     | [62] |
| Parthenium hysterophorus    | Nitrate            | 16–45            | *B. subtilis, S. aureus, K. pneumonia, E. coli, and Enterobacter aerogenes* | Antibacterial    | [63] |
| Sarcopoterium spinosum      | Acetate            | 26–115           | *E. coli, P. aeruginosa, S. aureus, S. pneumoniae, B. subtilis, E. faecalis, C. glabrata, and C. albicans* | Antibacterial    | [64] |
| Ruta graveolens             | Nitrate            | 28               | *K. aerogenes, P. aeruginosa, E. coli, and S. aureus* | Antibacterial    | [65] |
| Pichia kudriavoraei         | Acetate            | 10–61            | *B. subtilis, S. epidermidis, S. aureus, E. coli, and S. marcescens* | Antibacterial    | [66] |
| Azadirachta indica          | Sulfate            | 84               | *Xanthomonas oryzae pv. oryzae*              | Antibacterial    | [67] |
| Coptidis Rhizoma            | Nitrate            | 3–25             | *B. megaterium, B. cereus, E. coli, and B. pumilus* | Antibacterial    | [68] |
| Polygala tenuifolia         | Nitrate            | 33–73            | RAW 264.7 cells                             | Antibacterial    | [69] |
| Sargassum maticum           | Acetate            | 10–15            | WEHI-3 cell                                 | Anticancer       | [70] |
| Scutellaria multiflorus     | Acetate            | 31               | *Aedes aegypti, A. niger, and A. flavus*     | Antifungal       | [71] |
| Eclipta prostrata           | Nitrate            | 29               | Hep-G2 cell                                 | Anticancer       | [72] |
| Azadirachta indica          | Nitrate            | 30–60            | *E. coli and S. aureus*                     | Antibacterial    | [73] |
Sathishkumar et al. synthesized ZnO nanoflakes using Couroupita guianensis Aubl leaf extract and demonstrated the bactericidal activity against various types of bacteria. They reported that the main constituent of the extract, phenol, reduced the zinc acetate precursor into ZnO nanostructures. In history, Aloe (Aloe barbadensis Miller) extract has been used in therapeutic applications due to its antifungal, antidiabetic, anticancer, and antibacterial properties. Ali et al. also synthesized small-sized ZnO nanoparticles using Aloe vera extract and showed their antibacterial activity and cell damage of Escherichia coli and MRSA cells before and after ZnO nanoparticle treatment [7]. On the other hand, Gunalan et al. synthesized ZnO nanoparticles with Aloe vera extract and compared their results with the chemically synthesized ZnO nanoparticles. The results proved the enhanced antibacterial activity against various pathogens, and variation in the particle size is responsible for the significant bactericidal activity [8]. The effect of Aloe vera extract on the synthesis of ZnO nanoparticles and their antibacterial activity was investigated. Moreover, the antioxidant activity of the particles was evaluated by using five different free radical scavenging assays and the anticancer activity was tested against three cancerous cell lines [9].

In a very recent work, Zare et al. presented the effect of Cuminum cyminum leaf extract on the synthesis of ZnO nanoparticles by using zinc nitrate precursors. The resulting nanoparticle diameter is around 7 nm, and the nanoparticles show high sensitivity to Gram-negative bacteria [10]. The nanoparticle formation of zinc nitrate precursors has been investigated by using several types of plant extracts such as Limonia acidissima [11, 12], Cochlospermum religiosum [13], Tabernaemontana divaricata [14], Conyza Canadensis, Citrus maxima [15], Aristolochia indica [16], Echinacea [17], Mentha [18, 19], Salvadora oleoides [20], Boswellia ovalifoliolata [21], and Costus pictus [22]. The synthesized ZnO nanostructures have shown an enhanced antibacterial effect for a broad spectrum of bacterial cultures (see Table 1). Zinc acetate precursor is another choice for the plant-based ZnO nanoparticle synthesis, and Santoshkumar et al. synthesized ZnO nanoparticles using Passiflora caerulea extract against urinary tract

| Plant type                | Zinc precursor type | Size of ZnO (nm) | Treated biomolecule | Biomedical field | Ref.   |
|---------------------------|---------------------|------------------|---------------------|------------------|-------|
| Calotropis gigantea       | Acetate             | 25               | DNA                 | Anticancer       | [74]  |
| Andrographis paniculata   | Nitrate             | 57               | α-Amylase and BSA   | Antioxidant      | [75]  |
| Tamarindus indica, Moringa oleifera | Nitrate | 27–54            | α-Amylase and α-glucosidase | Antidiabetic, Antioxidant | [76]  |
| Bauhinia tomentosa        | Sulfate             | 22–94            | B. subtilis, S. aureus, E. coli, and P. aeruginosa | Antibacterial | [77]  |
| Egg albumen               | Acetate             | 16               | C. albicans        | Anticandidal     | [78]  |
| Moringa oleifera          | Acetate             | 40–45            | A. saloni, S. ruфи, S. aureus, and E. coli | Antibacterial | [79]  |
| Cassia fistula            | Nitrate             | 5–15             | K. aerogenes, E. coli, P. desmolyticum, and S. aureus | Antibacterial | [80]  |

Table 1. Biomedical activities of plant extract-based synthesized ZnO nanoparticles.
infection pathogens. The ZnO nanostructures have a particle size of around 37 nm and show good zone of inhibition to various pathogens [23]. *Hibiscus sabdariffa* [24] and *Acalypha indica* leaves [25] were used in ZnO nanoparticle synthesis, and the nanoparticles showed an enhanced antibacterial activity against *E. coli* and *S. aureus*.

ZnO nanoparticles are currently under investigation due to their utilization in cancer treatment and diagnostic applications [26]. Since the treatment of cancer by chemotherapy is limited because of the adverse effect of tumor drugs and drug resistance by cancer cells, natural plant-based drug researches have focused on overcoming these limitations. Vijayakumar et al. investigated the anticancer activity of ZnO nanoparticles, which were synthesized by *Laurus nobilis* extract-mediated synthesis. The nanoparticles showed anti-lung cancer activity against human A549 lung cancer cells [27]. Toxicity is an important parameter for the in-vivo and in-vitro activity of nanoparticles because some nanoparticles can generate free radicals even under dark conditions. *Anacardium occidentale* extract was used in the synthesis of ZnO nanoparticles, and the resulting nanostructures exhibited concentration-dependent cytotoxicity against pancreatic cancer cells [28]. Yuvakkumar et al. utilized the Rambutan peels (*Nephelium lappaceum*) for the synthesis of ZnO nanoparticles and explored the effect of these particles on HepG2 liver cancer cells [29].

On the other hand, zinc acts as an actuator for several enzymes, and blood sugar regulation is significantly affected in the presence of zinc element. Thus, the enzymatic and anti-diabetic activity of ZnO nanoparticles must be mentioned in their biomedical applications. Bayrami et al. synthesized ZnO nanoparticles by using *Vaccinium arctostaphylos* extract via a microwave-assisted method. The biosynthesized ZnO nanoparticles showed an enhanced efficiency for the treatment of diabetic problems and reduced the fasting blood glucose level effectively [55]. Rehana et al. demonstrated the antidiabetic activity of ZnO nanoparticles by using several types of plant extracts. The results showed that *Tamarindus indica* extract-based ZnO nanoparticles exhibited enhanced activity for α-amylase and α-glucosidase due to the presence of amino acids in the plant extract [76]. As an environmentally benign material, coffee powder extract was utilized in the biosynthesis of ZnO nanoparticles. Koupaei et al. studied the reduced effect of ZnO nanoparticles on proteinase K activity [56].

### 2.3 Photocatalytic application

Photocatalytic degradation of organic pollutants is a promising approach for the removal of dyes in wastewaters. ZnO nanoparticles have been involved in photocatalytic applications due to their optical and electronic properties (*Table 2*). When the ZnO nanoparticles are irradiated with UV light, valence band electrons are excited to the conduction band, which leaves holes behind. Then the generated holes create hydroxyl radicals by oxidizing H$_2$O and OH$^-$ and the excited electrons are captured by oxygen in the air. The resulting anionic radicals are highly reactive and degrade the organic dyes in to carbon dioxide and water (*Figure 4*).

Nava et al. addressed the effect of different amounts of *Camellia sinensis* extract on the synthesis of ZnO nanoparticles. The synthesized nanoparticles were studied in photocatalytic degradation of methylene blue (MB) dye where the nanoparticles presented MB degradation over 84% in 120 min [81]. In another study, *Parkia roxburghii* extracts have been used for the synthesis of ZnO nanoparticles, and they were found to be efficient in degradation with nearly 98% efficiency in 8 min for both MB and Rhodamine B (RhB) dyes [82]. The degradation of Congo Red dye has
also been studied for the ZnO photocatalysis applications. Prasad et al. and Vidya et al. studied the degradation of Congo Red in aqueous solutions by ZnO nanoparticles. The dye was degraded with 90% efficiency in 35 and 60 min by using lemon juice [83] and *Artocarpus heterophyllus* [84] extracts in the nanoparticle synthesis, respectively. The aqueous leaf extract of *Coriandrum sativum* was used for the nanoparticle synthesis and the resulting materials have been used for the photocatalytic degradation of anthracene with 96% efficiency in 240 min [85].

### 2.4 Adsorption/sensing application

Heavy metal ion pollutants in wastewaters create a problem worldwide because of their serious effects on both human health and environment. ZnO nanostructures have also been used as an adsorbent material due to their low toxicity and
became more effective than the other adsorbent materials [100]. The plant-based synthesis of ZnO nanostructures enhances metal ion adsorption capacity due to the chemical interactions between ions and functional groups of plant extracts. Fazlzadeh et al. synthesized ZnO nanoparticle-loaded activated carbon by using *Peganum harmala* for the removal of chromium from aqueous systems. *Peganum harmala* acted as a stabilizing agent and enhanced the chromium uptake up to 68.48 mg g\(^{-1}\) [101]. The lead ion removal was studied by Azizi et al. using Zernubone extract-mediated ZnO nanoparticles. They reported that the lead ion adsorption capacity reached up to 19.65 mg g\(^{-1}\) [100]. Sensing application of ZnO nanostructures is another field where the glucose sensing mechanism of ZnO nanostructures was studied by Muthuchamy et al. They fabricated a glucose sensor using ZnO nanoparticles and peach juice as a carbon source. The fabricated ZnO sensor showed high sensitivity (231.7 \(\mu\)A mM\(^{-1}\) cm\(^{-2}\)) and low detection limit (6.3 \(\mu\)M) [102]. Sharma et al. also studied silymarin detection capability of ZnO nanostructures by using *Carica papaya* extract. The results showed that ZnO-modified sensors have 2-fold greater electrochemical signals than the neat ones [103].

### 2.5 Microorganism-based ZnO nanostructures

Synthesis of ZnO nanostructures by using microorganisms has gained considerable interest, and numerous microorganisms can be utilized for their synthesis. Bacteria, fungus, and algae are the possible microorganisms in a green synthesis of ZnO nanostructures. Because of their easy genetic manipulation and easy handing, bacteria are preferred microorganisms [104]. Jayaseelan et al. used *Aeromonas hydrophila* bacteria as green capping agent, and the synthesized ZnO nanoparticles showed antibacterial activity against *Pseudomonas aeruginosa* and *Aspergillus flavus* [104]. In another study, *Pseudomonas aeruginosa* was used as a capping agent in ZnO nanoparticle synthesis, and the resulting particles demonstrated antioxidant activity [105]. Kundu et al. used *Rhodococcus pyridinivorans* as metabolically versatile Actinobacteria in the fabrication of self-cleaning, UV-blocking, and antibacterial textile fabrics with ZnO nanoparticles. Besides, the ZnO nanoparticles showed photocatalytic activity against malachite green and anticancer activity against HT-29 cancerous cells [106]. Tripathi et al. synthesized ZnO nanoflowers by using *Bacillus licheniformis* and assessed their photocatalytic activity against methylene blue [107]. However, bacterial utilization in ZnO green synthesis could be somewhat problematic because of the uncontrolled growth of bacteria and unavoidable contaminations [108].

Fungus-based green synthesis of ZnO nanoparticles is generally preferred over the bacteria based synthesis because of their large-scale production and better tolerance property [109]. Raliya et al. synthesized ZnO nanoparticles via an environmental method by using *Aspergillus fumigatus* as a stabilizing agent and investigated the effect of ZnO nanoparticles on phosphorus mobilizing enzymes in rhizosphere and gum contents in clusterbean grains [110]. In another study, ureolytic bacterium (*Serratia ureilytica*)-mediated green synthesis of ZnO nanoparticles was reported. The cotton fabrics were coated with the synthesized nanoparticles and their killing efficiency against *S. aureus* and *E. coli* bacteria was revealed [111].

Algae are the members of a diverse group of aquatic photosynthetic organisms and they have been utilized sometimes in the synthesis of ZnO nanostructures. *Sargassum muticum* extract, which is a brown marine macroalga, was used in the biosynthesis of ZnO nanoparticles [112]. Nagajaran et al. used the seaweed extracts of green *Caulerpa peltata*, red *Hypnea Valencia* and brown *Sargassum myriocystum* in the synthesis of ZnO nanoparticles. The results revealed that among three
seaweeds, only *S. myriocystum* could stabilize and reduce ZnO nanoparticles of size 36 nm. Also, the nanoparticles showed antimicrobial activity against a wide spectrum of bacterial cultures [109].

### 2.6 Biomolecule-based ZnO nanostructures

Synthesis of ZnO nanoparticles with controlled morphologies and using environmentally friendly chemicals could be possible in biomolecule-based synthesis routes, and utilization of amino acids, polysaccharides, gums, and enzymes is highly preferable. Gharagozlou et al. synthesized ZnO nanoparticles by using alanine amino acid, and a Schiff base complex was obtained at the end of the study [113]. Bovine skin gelatin has also been used in the synthesis of ZnO nanostructures, and Alnarabiji et al. demonstrated the environmentally friendly synthesis route for ZnO nanoparticles [114]. Arabic gum and *gum tragacanth*-based green synthesis of ZnO nanoparticles have been demonstrated by Fardood et al. [115] and Daroudi et al. [116], respectively. Thus, they demonstrated an alternative method for the synthesis of ZnO nanoparticles instead of conventional ZnO reduction methods by using hazardous polymers or surfactants [115, 116]. Casein is another biomolecule that can be used as a capping and reducing agent in the ZnO nanoparticle synthesis. Somu et al. synthesized ZnO nanoparticles, which show heavy metal ion adsorption, dye adsorption, and antibacterial activity in wastewater treatment at the same time [117]. The resulting nanoparticles effectively remove Cd(III), Pd(II), and Co(II) ions, methylene blue, and Congo red dye from the wastewaters. Also, they demonstrated high antibacterial activity against *E. coli* cultures. Subramanian et al. synthesized ZnO nanoflowers, which comprise nanorods and ellipsoids as subunits, by using *L*-lysine as a capping and precipitating agent [118].

### 3. Synthesis of ZnO nanostructures using nontoxic chemicals

Combating the major drawbacks of common ZnO nanostructure synthesis methods, mainly identified as the generation of pollutants, toxic materials, and side products during reactions, green chemical techniques using only nontoxic and biologically compatible materials were developed. Gharagozlou et al. [113] reported a novel method to synthesize ZnO nanoparticles without any pollutant or combustible side product in the process. Water was used as a solvent with a biologically compatible nitrogen source, amino acid instead of toxic amines, alanine and sodium salicylaldehyde-5-sulfonate, and zinc acetate to prepare the zinc Schiff-base complex and then subsequently heated to obtain ZnO nanoparticles. This work showed that the solid-state decomposition process applied at moderate temperatures has yielded nanoparticles ranging from 5 to 110 nm with fewer defects yet interestingly high crystallinity.

Biomimetic and bioinspired synthesis has also been regarded among the most attractive strategies in fabricating novel functional materials, and biological materials like eggshell membrane, oyster shells, nacre, diatoms, cuttlefish bone, DNA chains, and sea urchin spines have been actually employed as templates or bioreactive substrates. Silk fibroin fibers (SFFs) extracted from silkworm *Bombyx mori* cocoons were used for their capping and directing functions to control the morphology of ZnO crystals. Acting at the same time, zinc ions are anchored on the SFF and in-situ react with *OH* generating ZnO nanoparticles. It was observed that several petals composed of ZnO nanoparticles form ZnO flowers and bestrewed the SFF substrates due to the electron-donating groups (amino and carboxyl groups) contained in SFF [119]. Another ZnO nanoparticle synthesis method through
biological roots such as the use of natural biopolymers was to be presented as more cost-effective compared to both physical and chemical methods available [120]. A recent work has focused on integrating ZnO nanoparticles with biopolymers that are excellent vehicles for cross-linking molecules. Thereby, collagen was used for zinc acetate in basic solution, to give a precipitate that was processed and thermally heated at 350°C giving birth to ZnO nanoparticles, yielding an interesting antibiofilm, anti-cancer, and ecotoxicity material [121].

Extrusion dripping is another novel technique using environmentally friendly, cost-effective, degradable, and renewable biomass materials. Generally, the process yields monodispersed spherical particles by controlled dripping of working solution into a biopolymer solution after extruding it through a narrow tube, thanks to the effect of viscous-surface tension forces and impact-drag forces that help to preserve the spherical shape of the drop [122]. Goes et al. have reported that spherical uniform sized ZnO nanoparticles were obtained by dropwise addition of alginate solution to zinc nitrate solution under a long slow magnetic stirring to ensure the ion-exchange to happen and stabilize ZnO nanoparticles; the heated ZnO outcome was used to fabricate a polymeric nanocrystalline microfilm, exhibiting interesting photodegradation results, as ZnO on the surface is likely to accept photons and generate holes promoting the oxidative decomposition of the dye [123].

Chemical bath deposition and soft-template sol-gel methods are two wet organic solvent-free routes studied by a group led by Leone et al [124]. to obtain a nanostructured ZnO employed as a reservoir of clotrimazole for pharmaceutical purposes. Identifying the synthesis of carriers and active pharmaceutical ingredient loading as the main steps in which the waste of organic solvents occur, ZnO nanostructures have been introduced as green alternative carriers for their intrinsic biological properties, low toxicity, and high biocompatibility [125]. For the chemical bath deposition approach, a nanosheet-like zinc carbonate hydroxide hydrate was transformed into ZnO using solutions containing urea and different zinc salts [126]. As for the sol-gel method, pluronic F127 was used as a soft template forming an opalescent solution with zinc acetate in water, and then dried and calcined at 500°C to sacrifice the template and obtain the ZnO nanostructure [124].

In our previous work, we successfully enhanced the antibacterial activity of ZnO nanowires by modifying the cooling route. Zinc acetate was calcined in a muffle oven, followed by a rapid cooling; the three resulting samples were compared to a free cooled batch synthesized under the same conditions, revealing noticeable effects on ZnO nanowire morphology in addition to the improvement of surface area due to the limiting time for crystallite growth [127].

3.1 Ionic liquid as solvents for ZnO nanostructures

Ionic liquids (ILs) are an area of chemistry, which has received important attention in both academia and industry, because of the cost effectiveness coupled with being environmentally friendly [128]. ILs usually act as solvents and reactants as well as templates for inorganic nanomaterial synthesis and scavenging agents [129]. As a subdivision, room temperature ionic liquids (RTILs) are particularly doted of special considerations as nontoxic solvents with a wide liquid temperature range, remarkable chemical stability, negligible vapor pressures, and high fire resistance [130]. ILs have been great templates for the synthesis of nanomaterials as it was shown that only by modifying the structure of their cations or anions, it is possible to alter their properties in order to control the size, morphology, and thus the properties of nanomaterials [131]. Sabbaghan et al. have synthesized different morphologies of ZnO nanostructures using zinc
acetate as the metal source in a basic media to react with different symmetrical imidazolium-based ILs, yielding nanoparticles, nanoparticle-like, spherical-like, nanosheet in different sizes ranging from 16 to 30 nm and different band gaps between 2.98 and 3.17 eV, demonstrating through this work the relation morphology-IL [128].

ZnO nanostructures with nanosheet morphology have been successfully fabricated in another work by refluxing the mixture of zinc acetate and the ionic liquid in water according to Menshutkin reaction [132]. A comparative study has shown that when zinc is used with ILs as a template, ZnO nanoparticles with smaller crystallite size were formed compared to the yield without ILs. This work revealed as well that the template and the pH control the direction of growth of ZnO crystals and the shape of nanomaterials obtained. The final band gap values of ZnO with different morphology ranged around 2.88–3.16 eV [133]. Alammar et al. have studied the effect of five different ILs on ZnO morphologies, and claimed that the habitus and morphology come as the system naturally tends to reduce the total surface energy during formation; it is to note that the anion of the IL is proposed to be interacting with the ZnO surface during the growth [134]. Yet, the best performance was for ZnO nanoparticles that are obtained by use of IL with a long alkyl chain, reaching 95% in 9 h for methyl orange decomposition, proposing that along with high surface area, oxygen vacancies and polar plans that act like electron traps are the main factors for such interesting photocatalytic activity [135, 136]. It was also reported by Amde et al. [137] that common techniques for the determination of fungicide concentration in water are usually non-environmentally friendly, organic solvent, and time consuming; the group has prepared ZnO nanofluids by a green two-step method, dispersing the as-synthesized sol-gel ZnO nanoparticles in 1-hexyl-3-methylimidazolium hexafluorophosphate, hand shaking it to attain a homogeneous distribution, then sonicating it to break NPs clusters. The as-prepared ZnO nanofluids are applied in a modified, simple, versatile, and inexpensive liquid-liquid microextraction technique; this technique, called single drop microextraction not only reduces the amount of extraction solvent radically but also offers other functionalities such as high enrichment factor, different extraction modes, and full automation of the process [138]. It is proclaimed that the preferences of ZnO-based nanofluids for the investigation were driven from the fact that ZnO dotes on surface charges that enable to form stable suspensions, unlike many metallic nanofluids, and without the need of any additional stabilizer intervention.

4. Processes of synthesis of ZnO nanostructures

ZnO nanostructures can be synthesized by following different approaches, and each has its own distinctive advantages and downsides. In this section, we report some interesting methods and findings having the common main aim to avoid drawbacks like the use of toxic reagents, promoter, and stabilizer organic additives, lowering the reaction time, as well as high temperature and pressure. These methods have plenty of scopes to provide both qualitative and quantitative support for nanosized ZnO synthesis along with being simple, fast, efficient, and convenient.

4.1 Hydrothermal synthesis of ZnO nanostructures

Hydrothermal method has gained particular interest as an efficient method for high quality and mass production of ZnO nanostructures [139]; it is indeed
environmentally friendly as there is no need to control pH and subsequently no release of unwanted by-products. A work led by Guo et al. [140] reported a controllable hydrothermal synthesis of ZnO nanorods reacting with zinc carbonate hydrate powder and H$_2$O$_2$ at various temperatures for different periods of time. The group claims that the formation mechanism of ZnO starts by the formation of ZnO$_2$ when subjecting it to hydrothermal treatment at 170°C for more time (3–6 h), and then the thermally unstable ZnO$_2$ would decompose into ZnO and O$_2$. ZnO nanorods exhibited an optical band gap of 3.3 eV [140].

It has also been reported that flower shaped ZnO nanoparticles were synthesized by hydrothermal method, where zinc nitrate and hexamethylenetetramine solutions were prepared separately in double distilled water, while NaOH solution was added dropwise to adjust the pH to 10. The obtained milky solution was refluxed at 80°C for 7 h, washed, and dried. XRD asserted the formation of hexagonal crystal structure ZnO that had a flower-shape, formed by agglomeration during the hydrothermal process. Dynamic light scattering (DLS) data have affirmed the average diameter of ZnO between 600 and 800 nm. The effect of different pH values from 2 to 10 on the removal performance of ZnO has been studied and the results showed a maximum increase of 80% removal efficiency when pH reached 6; increasing the temperature of the process also improved the removal efficiency from 68 to 97%. The contact time had a sharp rise at the value of 15 min of initiation of the experiment, and higher stirring had an enhancing effect as well. Jamal Al-Sabahi and his group have treated for the first time the degradation of HPAM polymer in oil produced water with supported ZnO nanorods synthesized via a microwave-assisted hydrothermal method in an aqueous solution [141–143]. Placing a prepared microscope glass substrate (25 mm × 75 mm) on a hotplate (350°C), 10 mM zinc acetate dihydrate solution is sprayed, and then the plate is immersed in an equimolar solution of zinc nitrate hexahydrate and hexamethylenetetramine, then heated in a domestic microwave oven for 45 min, and then cooled down for 15 min; the produced ZnO nanorod-covered substrate was afterward annealed in air at 350°C for 1 h. The morphology was of a typical ZnO array and the average length was about 4 μm while the average diameter reached around 95 nm [144].

Singh et al. have adopted a cost-effective and environmentally friendly method to fabricate a 3D self-assembled wool ball like spherical ZnO with high porosity by combining a urea-glycerol assisted hydrothermal approach with calcination under air atmosphere [145], where hydrated zinc carbonate was synthesized hydrothermally in a Teflon-lined stainless steel autoclave reacting zinc nitrate with urea in a triplet (glycerol, ethyl alcohol, and water (7:7:10)) solvent system. After drying the outcome, the white powder intermediate product was calcined at 450°C for 3 h to get hierarchical 3D porous ZnO. The group carried out a series of experiments to investigate the effect of synthesis parameters over the morphology, while 7 h and 140°C were about the optimum duration of synthesis and temperature to get the best ZnO with W-ball like spherical morphology. This ZnO photocatalyst has shown 98% of highly toxic Rhodamine B degradation in 60 min of UV photolysis catalysts at a pH of 4.

A green hydrothermal method was used recently to fabricate ZnO nanorods without any organic solvent or surfactant, by starting with ZnO powder and H$_2$O$_2$ aqueous solution in the sealed autoclave. Then the precipitates were washed and dried. In this work, Lam et al. reported as well that the hydrothermal treatment of ZnO at 100°C promotes the slow conversion of ZnO$_2$ to ZnO and O$_2$ without using any toxic reactant, nor releasing any pollutant by-product. XRD indicated the high purity of the ZnO wurtzite phase [146]. This environmentally friendly method has
generated highly performing ZnO nanorods that completely degrade the resorcinol in aqueous solution after 120 min. The same group has used a similar hydrothermal method to fabricate ZnO nanotubes (NTs) with a diameter of around 10 nm, a wall thickness of 3.5 nm, and average lengths of up to 200 nm by scrolling of the ZnO$_2$ layer nanosheet, which transforms to ZnO NTs with a symmetrical layer in both shell-tube structures. XRD asserted the hexagonal phase and then confirmed the purity of ZnO NTs that showed a ferromagnetic behavior because of the grain boundaries and developed free surfaces [147]; the band gap energy was measured to be around 3.21 eV, and the degradation of methylparaben over the surface of ZnO NTs had an efficiency of 87.6% in 105 min [148].

4.2 Microwave-assisted synthesis of ZnO nanostructures

Microwave-assisted sol-gel synthesis is based on subjecting samples to frequencies ranging from 300 MHz to 300 GHz [149]; besides its high selectivity of specific morphologies, dramatic reduction of reaction time (minutes), and remarkable increase of product yield, it generates localized superheating at the reaction sites promoting metal ion reduction in the solution [150]. It presents a promising green method for metal oxide nanostructures production. Azizi et al. [151] have worked on a green microwave-assisted combustion approach to synthesize ZnO nanoparticles, presenting combustion as a fast, low cost, homogenous and highly pure outcome, as well a distinguished surface area at low temperature. Using fruit, seed, and pulp extracts of *Citrullus colocynthis* (L.) as biofuels with zinc nitrate as the zinc source, an in vitro cytotoxicity study has been made showing that smaller nanoparticles were more efficient penetrating in the cells membranes, while the optical band gap increased with the rear of the particle size from 3.25 to 3.40 eV. An interesting nontoxic and eco-friendly single-step, and green synthesis method of ZnO nanoparticles with excellent reproducibility was reported using coffee powder extract as a reducing material under microwave heating at 540 W for 5 min and the precipitate was dried in a hot air oven. SEM asserted a size of 80–120 nm for the nanoparticles. Afterward, a thin nanocomposite film was prepared using the as-prepared ZnO nanoparticles with natural graphite powder. The nanocomposite film showed a remarkable photovoltaic efficiency of 3.12% [152]. ZnO sub-micrometer particles and nanowires were synthesized by microwave assisted sol-gel reaction. Zinc acetate and N,N-dimethylacetamide were stirred into a beaker, and then, the solution was cooled rapidly to 15°C. After only a couple of minutes of the microwave, a white suspension was obtained. The average diameter of the particles prepared given by DLS analyses was around 275–352 nm [153]. Salari et al. reported a microwave-assisted synthesis of biogenic nanoparticles using *Lavandula vera* leaf extract as a reducing agent in the presence of zinc sulfate; the method led to simple and fast formation of microstructures that exhibited high antioxidant cytotoxic activity [154]. In a separate work, vertically aligned ZnO nanorods were grown at 90°C on a Si substrate by microwave synthesis and compared with nanorods made by the traditional heated waterbath method changing the pH from 10.07 to 10.9. The microwave synthesis was performed at a power of 100 W [155]. The same group observed that the increase of ammonia led in both methods to sparser and longer nanorods with the larger diameter, as well as an increase of oxygen percentages in the samples. The microwave synthesized samples exhibit a uniform distribution of nanorods as well as a better crystalline structure with fewer defects than the heated water bath-grown samples, which can be beneficial for band-edge transition optoelectronic devices.
4.3 Sonochemical synthesis of ZnO nanostructures

Microwave synthesis and ultrasound sonication have proven numerous advantages and actually become amid the most frequently sought nanosized material synthesis methods [156, 157]. Zak et al. have used ultrasonication to synthesize ZnO nanostructures at room temperature without any specific conditions or organic solvents, starting from an as-prepared zinc solution where zinc acetate was dissolved in ammonia solution, and sodium hydroxide was dropped in the solution. Deionized water was wisely added till attaining a concentration of 1 M zinc. The ultrasonication performed at different durations was sufficient to stimulate the formation of nanostructures. XRD asserted the presence of hexagonal pure ZnO and the band gap energies estimated by UV-Vis spectra are 3.3, 3.22, and 3.2 eV for ZnO seeds, nanorods, and nanoflowers, respectively [158]. Ultrasound was conducted as well for the synthesis of different ZnO nanostructures without any organic solvents, surfactants, or templating agents; zinc acetate and sodium hydroxide in ionic liquids (ILs) are reported to be a green, fast, and effective, yet highly selective route to 0D, 1D, and 2D nanostructures of ZnO [134]. A facile calcination-free ultrasound assisted approach has been reported by Bhatte et al. involving zinc acetate as a metal source and 1, 3-propane diol as a solvent, base, stabilizer, and template for the growth of nanocrystalline ZnO [159]. The mixture of both materials has been sonicated under 22 kHz frequency for 2 h with a 5 s interval on-off pulse. After sonication, the formed ZnO was collected, washed and dried. XRD confirmed the successful formation of ZnO without any impurities [159].

4.4 Low temperature synthesis of ZnO nanostructures

For the large-scale production of pure ZnO nanocrystallites, low thermal processes are one of the most efficient methods minimizing the generated waste yet implementing sustainable processes: simple, cheap, and nonpolluting, addressing the key issues that draw much consideration in a green solid-state synthetic method, by eliminating the use of nontoxic materials and reducing energy consumption. ZnO nanocrystallites were employed as the precursor for ZnO production, because of their facile preparation, the absence of unwanted by-products, and low-temperature decomposition reaction [160]. Zinc acetate and hydrogen peroxide were used first to synthesize ZnO2 nanocrystallites hydrothermally at 100°C for 12 h in an alkaline aqueous solution; the product was subjected to 180°C in air for 12 h yielding pure ZnO phase shaped nanocrystallites of 8–10 nm and blue shift at around 350 nm in the UV-Vis spectra [161].

ZnO nanosized structures were also synthesized starting from zinc acetate and urea in a 1:1 stoichiometry, where the decomposition of urea helped the formation of ZnO. Then two different heating methods were applied: microwave hydrothermal (MH) method and waterbath heating. XRD proved the purity of the wurtzite phase for both methods, while FE-SEM showed a difference in shape regularity in favor of the MH process; thus, the MH method contributes to the production of spherical and uniform particles after a short processing time by enhancing the interface mobility and the diffusivity in the medium [162].

Raja et al. have reported a laboratory procedure based on sol-gel for the preparation of nano-ZnO particles. Zinc acetate solution was stirred at room temperature while adding sodium hydroxide until reaching a pH of 14 and the solution went through a microemulsion. The suspension obtained was transferred for thermal treatment at 180°C for 3 h, and then the white precipitate was collected, washed, centrifuged, and dried under vacuum to reveal well-shaped uniform ZnO nanoparticles of 35 nm on average [163].
Another group has proposed a simple, eco-friendly approach to synthesize ZnO nanoparticles by using carboxylic curdlan (cc) as a reducing and stabilizing agent. A solution of zinc acetate was blended with cc aqueous solution and stirred at 70°C for 6 h, and then the outcome was freeze-dried [164]. The carboxyl group is in charge of chelating and reducing zinc ions for the sake of the formation of ZnO nanoparticles, thanks to the numerous negatively charged carboxyl groups it contains. The average diameter of cc-ZnO nanoparticles is around 58 nm exhibiting a band gap energy of 3.3 eV. Furthermore, the interaction between the as-prepared nanoparticles and bovine serum albumin (BSA) at room temperature was investigated, which suggested the formation of a certain complex revealed by a blue shift of the fluorescence peak by about 8 nm with increasing nanoparticle concentration, due to the binding of cc-ZnO nanoparticles and BSA [164].

Conflict of interest

The authors declare no conflict of interest.

Author details

Tuğba Isık1, Mohamed Elhousseini Hilal2 and Nesrin Horzum3*

1 Materials Science and Engineering Department, İzmir Institute of Technology, Turkey

2 State Key Laboratory of Advanced Technology for Materials Synthesis and Processing, Wuhan University of Technology, China

3 Department of Engineering Sciences, İzmir Katip Celebi University, İzmir, Turkey

*Address all correspondence to: nesrin.horzum.polat@ikc.edu.tr

© 2019 The Author(s). License IntechOpen. This chapter is distributed under the terms of the Creative Commons Attribution License (http://creativecommons.org/licenses/by/3.0), which permits unrestricted use, distribution, and reproduction in any medium, provided the original work is properly cited.
References

[1] Agarwal H, Menon S, Kumar SV, Rajeshkumar S. Mechanistic study on antibacterial action of zinc oxide nanoparticles synthesized using green route. Chemico-Biological Interactions. 2018;286:60-70

[2] Vishnukumar P, Vivekanandhan S, Misra M, Mohanty AK. Recent advances and emerging opportunities in phytochemical synthesis of ZnO nanostructures. Materials Science in Semiconductor Processing. 2018;80:143-161

[3] Thema FT, Manikandan E, Dhlamini MS, Maaza M. Green synthesis of ZnO nanoparticles via Agathosma betulina natural extract. Materials Letters. 2015;161:124-127

[4] Ahmed S, Annu, Chaudhry SA, Ikram S. A review on biogenic synthesis of ZnO nanoparticles using plant extracts and microbes: A prospect towards green chemistry. Journal of Photochemistry and Photobiology B-Biology. 2017;166:272-284

[5] Cowan MM. Plant products as antimicrobial agents. Clinical Microbiology Reviews. 1999;12:564

[6] Taran M, Rad M, Alavi M. Biosynthesis of TiO2 and ZnO nanoparticles by Halomonas elongata IBRC-M 10214 in different conditions of medium. BioImpacts: BI. 2018;8:81-89

[7] Ali K, Dwivedi S, Azam A, Saquib Q, Al-Said MS, Alkhedhairy AA, et al. Aloe vera extract functionalized zinc oxide nanoparticles as nanobiocides against multi-drug resistant clinical bacterial isolates. Journal of Colloid and Interface Science. 2016;472:145-156

[8] Gunalan S, Sivaraj R, Rajendran V. Green synthesized ZnO nanoparticles against bacterial and fungal pathogens.

[9] Mahendiran D, Subash G, Selvan DA, Rehana D, Kumar RS, Rahaman AK. Biosynthesis of zinc oxide nanoparticles using plant extracts of Aloe vera and Hibiscus sabdariffa: Phytochemical, antibacterial, antioxidant and anti-proliferative studies. Bionanoscience. 2017;7:530-545

[10] Zare E, Pourseyedi S, Khatami M, Darezeresheki E. Simple biosynthesis of zinc oxide nanoparticles using nature's source, and it's in vitro bioactivity. Journal of Molecular Structure. 2017;1146:96-103

[11] Patil BN, Taranath TC. Limonia acidissima L. leaf mediated synthesis of silver and zinc oxide nanoparticles and their antibacterial activities. Microbial Pathogenesis. 2018;115:227-232

[12] Taranath TC, Patil BN. Limonia acidissima L. leaf mediated synthesis of zinc oxide nanoparticles: A potent tool against Mycobacterium tuberculosis. International Journal of Mycobacteriology. 2016;5:197-204

[13] Mahendra C, Murali M, Manasa G, Ponnamma P, Abhilash MR, Lakshmeesha TR, et al. Antibacterial and antimitotic potential of biofabricated zinc oxide nanoparticles of Cochlospermum religiosum (L.). Microbial Pathogenesis. 2017;110:620-629

[14] Raja A, Ashokkumar S, Marthandam RP, Jayachandiran J, Khatiwada CP, Kaviyarasu K, et al. Eco-friendly preparation of zinc oxide nanoparticles using Tabernaemontana divaricata and its photocatalytic and antimicrobial activity. Journal of Photochemistry and Photobiology B-Biology. 2018;181:53-58
[15] Pavithra NS, Lingaraju K, Raghu GK, Nagaraju G. *Citrus maxima* (Pomelo) juice mediated eco-friendly synthesis of ZnO nanoparticles: Applications to photocatalytic, electrochemical sensor and antibacterial activities. Spectrochimica Acta Part A-Molecular and Biomolecular Spectroscopy. 2017;185:11-19

[16] Steffy K, Shanthi G, Maroky AS, Selvakumar S. Enhanced antibacterial effects of green synthesized ZnO NPs using *Aristolochia indica* against Multi-drug resistant bacterial pathogens from Diabetic Foot Ulcer. Journal of Infection and Public Health. 2018;11:463-471

[17] Attar A, Yapaoz MA. Biomimetic synthesis, characterization and antibacterial efficacy of ZnO and Au nanoparticles using echinacea flower extract precursor. Materials Research Express. 2018;5:055403

[18] Mohammadi-Aloucheh R, Habibi-Yangjeh A, Bayrami A, Latifi-Navid S, Asadi A. Green synthesis of ZnO and ZnO/CuO nanocomposites in *Mentha longifolia* leaf extract: Characterization and their application as antibacterial agents. Journal of Materials Science: Materials in Electronics. 2018;29:13596-13605

[19] Karakose E, Colak H. Structural, electrical, and antimicrobial characterization of green synthesized ZnO nanorods from aqueous Mentha extract. MRS Communications. 2018;8:577-585

[20] Padalia H, Baluja S, Chanda S. Effect of pH on size and antibacterial activity of *Salvadora oleoides* leaf extract-mediated synthesis of zinc oxide nanoparticles. Bionanoscience. 2017;7:40-49

[21] Suprana J, Prasad T, Krishna TG, David E. Synthesis, characterization, and evaluation of the antimicrobial efficacy of Boswellia ovalifoliolata stem bark-extract-mediated zinc oxide nanoparticles. Applied Nanoscience. 2016;6:581-590

[22] Suresh D, Nethravathi PC, Udayabhanu, Rajanika H, Nagabhushana H, Sharma SC. Green synthesis and characterization of zinc oxide nanoparticle using insulin plant (*Costus pictus* D. Don) and investigation of its antimicrobial as well as anticancer activities. Materials Science in Semiconductor Processing. 2015;31:446-454

[23] Santoshkumar J, Venkat Kumar S, Rajeshkumar S. Synthesis of zinc oxide nanoparticles using plant leaf extract against urinary tract infection pathogen. Resource-Efficient Technologies. 2017;3:459-465

[24] Bala N, Saha S, Chakraborty M, Maiti M, Das S, Basu R, et al. Green synthesis of zinc oxide nanoparticles using *Hibiscus subdariffa* leaf extract: Effect of temperature on synthesis, anti-bacterial activity and anti-diabetic activity. RSC Advances. 2015;5:4993-5003

[25] Karthik S, Siva P, Balu KS, Suriyaprabha R, Rajendran V, Maaza M. Acalypha indica-mediated green synthesis of ZnO nanostructures under differential thermal treatment: Effect on textile coating, hydrophobicity, UV resistance, and antibacterial activity. Advanced Powder Technology. 2017;28:3184-3194

[26] Saranya S, Vijayarani K, Pavithra S, Raihana N, Kumanan K. In vitro cytotoxicity of zinc oxide, iron oxide and copper nanopowders prepared by green synthesis. Toxicology Reports. 2017;4:427-430

[27] Vijayakumar S, Vaseeharan B, Malaikozhundan B, Shobiya M. Laurus nobilis leaf extract mediated green synthesis of ZnO nanoparticles: Characterization and biomedical
Green Synthesis of Zinc Oxide Nanostructures
DOI: http://dx.doi.org/10.5772/intechopen.83338

applications. Biomedicine & Pharmacotherapy. 2016;84:1213-1222

[28] Zhao CB, Zhang XX, Zheng YM. Bio synthesis of polyphenols functionalized ZnO nanoparticles: Characterization and their effect on human pancreatic cancer cell line. Journal of Photochemistry and Photobiology B-Biology. 2018;183:142-146

[29] Yuvakkumar R, Suresh J, Saravanakumar B, Nathanael AJ, Hong SI, Rajendran V. Rambutan peels promoted biomimetic synthesis of bioinspired zinc oxide nanochains for biomedical applications. Spectrochimica Acta Part A-Molecular and Biomolecular Spectroscopy. 2015;137:250-258

[30] Gandhi PR, Jayaseelan C, Mary RR, Mathivanan D, Suseem SR. Acaricidal, pediculicidal and larvicidal activity of synthesized ZnO nanoparticles using Momordica charantia leaf extract against blood feeding parasites. Experimental Parasitology. 2017;181:47-56

[31] Jafarirad S, Mehrabi M, Divband B, Kosari-Nasab M. Biofabrication of zinc oxide nanoparticles using fruit extract of Rosa canina and their toxic potential against bacteria: A mechanistic approach. Materials Science & Engineering C-Materials for Biological Applications. 2016;59:296-302

[32] Bhutiy PL, Mahajan MS, Rasheed MA, Pandey M, Hasan SZ, Misra N. Zinc oxide nanorod clusters deposited seaweed cellulose sheet for antimicrobial activity. International Journal of Biological Macromolecules. 2018;112:1264-1271

[33] Singh AK, Pal P, Gupta V, Yadav TP, Gupta V, Singh SP. Green synthesis, characterization and antimicrobial activity of zinc oxide quantum dots using &lT;Eclipta alba&lT; and O. Materials Chemistry and Physics. 2018;203:40-48

[34] Saha R, Karthik S, Balu KS, Suriyaprabha R, Siva P, Rajendran V. Influence of the various synthesis methods on the ZnO nanoparticles property made using the bark extract of Terminalia arjuna. Materials Chemistry and Physics. 2018;209:208-216

[35] Khatami M, Alijani HQ Heli H, Sharifi I. Rectangular shaped zinc oxide nanoparticles: Green synthesis by Stevia and its biomedical efficiency. Ceramics International. 2018;44:15596-15602

[36] Vijayakumar S, Krishnakumar C, Arulmozh I, Mahadevan S, Parameswari N. Biosynthesis, characterization and antimicrobial activities of zinc oxide nanoparticles from leaf extract of Glycosmis pentaphylla (Retz.) DC. Microbial Pathogenesis. 2018;116:44-48

[37] Banumathi B, Vaseeharan B, Malaikozhundan B, Ramasamy P, Govindarajan M, Alharbi NS, et al. Green larvicides against blowflies, Lucilia sericata (Diptera, Calliphoridae): Screening of seven plants used in Indian ethno-veterinary medicine and production of green-coated zinc oxide nanoparticles. Physiological and Molecular Plant Pathology. 2018;101:214-218

[38] Sonia S, Kumari HLJ, Ruckmani K, Sivakumar M. Antimicrobial and antioxidant potentials of biosynthesized colloidal zinc oxide nanoparticles for a fortified cold cream formulation: A potent nano cosmeceutical application. Materials Science & Engineering C-Materials for Biological Applications. 2017;79:581-589

[39] Ambika S, Sundrarajan M. Green biosynthesis of ZnO nanoparticles using Vitex negundo L. extract: Spectroscopic investigation of interaction between ZnO nanoparticles and human serum albumin. Journal of Photochemistry and Photobiology B-Biology. 2015;149:143-148
[40] Azizi S, Mohamad R, Bahadoran A, Bayat S, Rahim RA, Ariff A, et al. Effect of annealing temperature on antimicrobial and structural properties of bio-synthesized zinc oxide nanoparticles using flower extract of *Anchusa italica*. Journal of Photochemistry and Photobiology B-Biology. 2016;161:441-449

[41] Sharma D, Sabela MI, Kanchi S, Mduleni PS, Singh G, Stenstrom TA, et al. Biosynthesis of ZnO nanoparticles using Jacaranda mimosifolia flowers extract: Synergistic antibacterial activity and molecular simulated facet specific adsorption studies. Journal of Photochemistry and Photobiology B-Biology. 2016;162:199-207

[42] Thatoi P, Kerry RG, Gouda S, Das G, Pramanik K, Thatoi H, et al. Photo-mediated green synthesis of silver and zinc oxide nanoparticles using aqueous extracts of two mangrove plant species, Heritiera fomes and Sonneratia apetala and investigation of their biological applications. Journal of Photochemistry and Photobiology B-Biology. 2016;163:311-318

[43] Jamdagni P, Khatri P, Rana JS. Green synthesis of zinc oxide nanoparticles using flower extract of *Nyctanthes arbor-tristis* and their antimicrobial activity. Journal of King Saud University Science. 2018;30:168-175

[44] Rajivgandhi G, Maruthupandy M, Muneeswaran T, Anand M, Manoharan N. Antibiofilm activity of zinc oxide nanosheets (ZnO NSs) using Nocardiopsis sp GRG1 (KT235640) against MDR strains of gram negative *Proteus mirabilis* and *Escherichia coli*. Process Biochemistry. 2018;67:8-18

[45] Murali M, Mahendra C, Nagabhushan, Rajashekar N, Sudarshana MS, Raveesha KA, et al. Antibacterial and antioxidant properties of biosynthesized zinc oxide nanoparticles from *Ceropegia candelabrum* L.—An endemic species. Spectrochimica Acta Part A-Molecular and Biomolecular Spectroscopy. 2017;179:104-109

[46] Malaiyazhundan B, Vinodhini J. Nanopesticidal effects of *Pongamia pinnata* leaf extract coated zinc oxide nanoparticle against the *Pulse beetle*, *Callosobruchus maculatus*. Materials Today Communications. 2018;14:106-115

[47] Lalithamba HS, Raghavendra M, Uma K, Yatish KV, Mousumi D, Nagendra G. *Capsicum annuum* fruit extract: A novel reducing agent for the green synthesis of ZnO nanoparticles and their multifunctional applications. Acta Chimica Slovenica. 2018;65:354-364

[48] Mohammadi C, Mahmud SA, Abdulla SM, Mirzaei Y. Green synthesis of ZnO nanoparticles using the aqueous extract of *Euphorbia petiolaris* and study of its stability and antibacterial properties. Moroccan Journal of Chemistry. 2017;5:476-484

[49] Li CY, Zhang ZC, Mao JY, Shi LF, Zheng Y, Quan JL. Preparation of *Tradescantia pallida*-mediated zinc oxide nanoparticles and their activity against cervical cancer cell lines. Tropical Journal of Pharmaceutical Research. 2017;16:494-500

[50] Fuku X, Diallo A, Maaza M. Nanoscaled electrocatalytic optically modulated ZnO nanoparticles through green process of *Punica granatum* L. and their antibacterial activities. International Journal of Electrochemistry. 2016;2016:4682967

[51] Akhter SMH, Mahmood Z, Ahmad S, Mohammad F. Plant-mediated green synthesis of zinc oxide nanoparticles using *Swertia chirayita* leaf extract, characterization and its antibacterial efficacy against some common
pathogenic bacteria. Bionanoscience. 2018;8:811-817

[52] Ambika S, Sundrarajan M. Antibacterial behaviour of Vitex negundo extract assisted ZnO nanoparticles against pathogenic bacteria. Journal of Photochemistry and Photobiology B-Biology. 2015;146:52-57

[53] Anupama C, Kaphle A, Udayabhanu, Nagaraju G. Aegle marmelos assisted facile combustion synthesis of multifunctional ZnO nanoparticles: Study of their photoluminescence, photo catalytic and antimicrobial activities. Journal of Materials Science-Materials in Electronics. 2018;29:4238-4249

[54] Bhuyan T, Mishra K, Khanuja M, Prasad R, Varma A. Biosynthesis of zinc oxide nanoparticles from Azadirachta indica for antibacterial and photocatalytic applications. Materials Science in Semiconductor Processing. 2015;32:55-61

[55] Bayrami A, Parvinroo S, Habibi-Yangjeh A, Pouran SR. Bio-extract-mediated ZnO nanoparticles: Microwave-assisted synthesis, characterization and antidiabetic activity evaluation. Artificial Cells Nanomedicine and Biotechnology. 2018;46:730-739

[56] Koupaye MH, Shareghi B, Saboury AA, Davar F, Semnani A, Evini M. Green synthesis of zinc oxide nanoparticles and their effect on the stability and activity of proteinase K. RSC Advances. 2016;6:42313-42323

[57] Padalia H, Chanda S. Characterization, antifungal and cytotoxic evaluation of green synthesized zinc oxide nanoparticles using Ziziphus nummularia leaf extract. Artificial Cells Nanomedicine and Biotechnology. 2017;45:1751-1761

[58] Dobrucka R, Dlugaszewska J, Kaczmarek M. Cytotoxic and antimicrobial effects of biosynthesized ZnO nanoparticles using of Chelidonium majus extract. Biomedical Microdevices. 2017;20:5

[59] Velmurugan P, Park JH, Lee SM, Yi YJ, Cho M, Jang JS, et al. Eco-friendly approach towards green synthesis of zinc oxide nanocrystals and its potential applications. Artificial Cells Nanomedicine and Biotechnology. 2016;44:1537-1543

[60] Elavarasan N, Kokila K, Inbasekhar G, Sujatha V. Evaluation of photocatalytic activity, antibacterial and cytotoxic effects of green synthesized ZnO nanoparticles by Sechium edule leaf extract. Research on Chemical Intermediates. 2017;43:3361-3376

[61] Gupta M, Tomar RS, Kaushik S, Mishra RK, Sharma D. Effective antimicrobial activity of green ZnO nano particles of Catharanthus roseus. Frontiers in Microbiology. 2018;9:2030

[62] Daphedar A, Taranath TC. Green synthesis of zinc nanoparticles using leaf extract of Albizia saman (Jacq.) Merr. and their effect on root meristems of Drimia indica (Roxb.) Jessop. Caryologia. 2018;71:93-102

[63] Datta A, Patra C, Bharadwaj H, Kaur S, Dimri N, Khajuria R. Green synthesis of zinc oxide nanoparticles using Parthenium hysterophorus leaf extract and evaluation of their antibacterial properties. Journal of Biotechnology & Biomaterials. 2017;7:271

[64] Kahraman O, Binzet R, Turunc E, Dogen A, Arslan H. Synthesis, characterization, antimicrobial and electrochemical activities of zinc oxide nanoparticles obtained from Sarcopoterium spinosum (L.) spach leaf extract. Materials Research Express. 2018;5:115017
[65] Lingaraju K, Naika HR, Manjunath K, Basavaraj RB, Nagabhushana H, Nagaraju G, et al. Biogenic synthesis of zinc oxide nanoparticles using *Ruta graveolens* (L.) and their antibacterial and antioxidant activities. Applied Nanoscience. 2016;6:703-710

[66] Moghaddam AB, Moniri M, Azizi S, Rahim RA, Bin Ariff A, Saad WZ, et al. Biosynthesis of ZnO nanoparticles by a new *Pichia kudriavzevii* yeast strain and evaluation of their antimicrobial and antioxidant activities. Molecules. 2017;22:872

[67] Mankad M, Patil G, Patel S, Patel D, Patel A. Green synthesis of zinc oxide nanoparticles using *Azadirachta indica* A. Juss. leaves extract and its antibacterial activity against *Xanthomonas oryzae pv. oryzae*. Annals of Phytomedicine-an International Journal. 2016;5:76-86

[68] Nagajyothi PC, Sreekanth TVM, Tettey CO, Jun YI, Mook SH. Characterization, antibacterial, antioxidant, and cytotoxic activities of ZnO nanoparticles using Coptidis Rhizoma. Bioorganic & Medicinal Chemistry Letters. 2014;24:4298-4303

[69] Nagajyothi PC, Cha SJ, Yang IJ, Sreekanth TVM, Kim KJ, Shin HM. Antioxidant and anti-inflammatory activities of zinc oxide nanoparticles synthesized using *Polygala tenuifolia* root extract. Journal of Photochemistry and Photobiology B-Biology. 2015;146:10-17

[70] Namvar F, Rahman HS, Rosfarizan Mohamad S, Azizi P, Tahir MSC, et al. Cytotoxic effects of biosynthesized zinc oxide nanoparticles on murine cell lines. Evidence-based Complementary and Alternative Medicine. 2015;593014

[71] Al-Dhabi NA, Arasu MV. Environmentally-friendly green approach for the production of zinc oxide nanoparticles and their anti-fungal, ovicidal, and larvicidal properties. Nanomaterials. 2018;8:500

[72] Chung IM, Rahuman AA, Marimuthu S, Kirthi AV, Anbarasan K, Rajakumar G. An investigation of the cytotoxicity and caspase-mediated apoptotic effect of green synthesized zinc oxide nanoparticles using *Eclipta prostrata* on human liver carcinoma cells. Nanomaterials. 2015;5:1317-1330

[73] Geetha A, Sakthivel R, Mallika J, Kannusamy R, Rajendran R. Green synthesis of antibacterial zinc oxide nanoparticles using biopolymer *Azadirachta indica* Gum. Oriental Journal of Chemistry. 2016;32:955-963

[74] Panda KK, Golari D, Venugopal A, Achary VMM, Phaomei G, Parinandi NL, et al. Green synthesized zinc oxide (ZnO) nanoparticles induce oxidative stress and DNA damage in *Lathyrus sativus* L. root bioassay system. Antioxidants. 2017;6:35

[75] Rajakumar G, Thiruvengadam M, Mydhili G, Gomathi T, Chung IM. Green approach for synthesis of zinc oxide nanoparticles from *Andrographis paniculata* leaf extract and evaluation of their antioxidant, anti-diabetic, and anti-inflammatory activities. Bioprocess and Biosystems Engineering. 2018;41:21-30

[76] Rehana D, Mahendiran D, Kumar RS, Rahiman AK. In vitro antioxidant and antidiabetic activities of zinc oxide nanoparticles synthesized using different plant extracts. Bioprocess and Biosystems Engineering. 2017;40:943-957

[77] Sharmila G, Muthukumaran C, Sandiya K, Santhiya S, Pradeep RS, Kumar NM, et al. Biosynthesis, characterization, and antibacterial activity of zinc oxide nanoparticles derived from *Bauhinia tomentosa* leaf extract. Journal of Nanostructure in Chemistry. 2018;8:293-299
Green Synthesis of Zinc Oxide Nanostructures
DOI: http://dx.doi.org/10.5772/intechopen.83338

[78] Shoeb M, Singh BR, Khan JA, Khan W, Singh BN, Singh HB, et al. ROS-dependent anticandidal activity of zinc oxide nanoparticles synthesized by using egg albumen as a biotemplate. Advances in Natural Sciences-Nanoscience and Nanotechnology. 2013;4:035015

[79] Surendra TV, Roopan SM, Al-Dhabi NA, Arasu MV, Sarkar G, Suthindhiran K. Vegetable peel waste for the production of ZnO nanoparticles and its toxicological efficiency, antifungal, hemolytic, and antibacterial activities. Nanoscale Research Letters. 2016;11:546

[80] Suresh D, Nethravathi PC, Udayabhanu, Rajanaika H, Nagabhushana H, Sharma SC. Green synthesis of multifunctional zinc oxide (ZnO) nanoparticles using Cassia fistula plant extract and their photodegradative, antioxidant and antibacterial activities. Materials Science in Semiconductor Processing. 2015;31:446-454

[81] Nava OJ, Luque PA, Gomez-Gutierrez CM, Vilchis-Nestor AR, Castro-Beltran A, Mota-Gonzalez ML, et al. Influence of Camellia sinensis extract on zinc oxide nanoparticle green synthesis. Journal of Molecular Structure. 2017;1134:121-125

[82] Paul B, Vadivel S, Dhar SS, Debbarma S, Kumaravel M. One-pot green synthesis of zinc oxide nanorice and its application as sonocatalyst for degradation of organic dye and synthesis of 2-benzimidazole derivatives. Journal of Physics and Chemistry of Solids. 2017;104:152-159

[83] Prasad AR, Ammal PR, Joseph A. Effective photocatalytic removal of different dye stuffs using green synthesized zinc oxide nanogranules. Materials Research Bulletin. 2018;102:116-121

[84] Vidya C, Manjunatha C, Chandraprabha MN, Rajshekar M, Raj M. Hazard free green synthesis of ZnO nano-photo-catalyst using Artocarpus heterophyllus leaf extract for the degradation of Congo red dye in water treatment applications. Journal of Environmental Chemical Engineering. 2017;5:3172-3180

[85] Hassan SSM, El Azab WIM, Ali HR, Mansour MSM. Green synthesis and characterization of ZnO nanoparticles for photocatalytic degradation of anthracene. Advances in Natural Sciences-Nanoscience and Nanotechnology. 2015;6:045012

[86] Nava OJ, Soto-Robles CA, Gomez-Gutierrez CM, Vilchis-Nestor AR, Castro-Beltran A, Olivas A, et al. Fruit peel extract mediated green synthesis of zinc oxide nanoparticles. Journal of Molecular Structure. 2017;1147:1-6

[87] Ngoepe NM, Mbita Z, Mathipa M, Mkeo N, Ntsendwana B, Hintsho-Mbita NC. Biogenic synthesis of ZnO nanoparticles using Monsonia burkeana for use in photocatalytic, antibacterial and anticancer applications. Ceramics International. 2018;44:16999-17006

[88] Ishwarya R, Vaseeharan B, Kalyani S, Banumathi B, Govindarajan M, Alharbi NS, et al. Facile green synthesis of zinc oxide nanoparticles using Ulva lactuca seaweed extract and evaluation of their photocatalytic, antibiofilm and insecticidal activity. Journal of Photochemistry and Photobiology B-Biology. 2018;178:249-258

[89] Ali J, Irshad R, Li BS, Tahir K, Ahmad A, Shakeel M, et al. Synthesis and characterization of phytochemical fabricated zinc oxide nanoparticles with enhanced antibacterial and catalytic applications. Journal of Photochemistry and Photobiology B-Biology. 2018;183:349-356

[90] Stan M, Popa A, Toloman D, Dehelean A, Lung I, Katona G. Enhanced photocatalytic degradation
properties of zinc oxide nanoparticles synthesized by using plant extracts. Materials Science in Semiconductor Processing. 2015;39:23-29

[91] Aminuzzaman M, Ying LP, Goh WS, Watanabe A. Green synthesis of zinc oxide nanoparticles using aqueous extract of Garcinia mangostana fruit pericarp and their photocatalytic activity. Bulletin of Materials Science. 2018;41:50

[92] Fu L, Fu ZX. Plectranthus amboinicus leaf extract-assisted biosynthesis of ZnO nanoparticles and their photocatalytic activity. Ceramics International. 2015;41:2492-2496

[93] Gawade VV, Gavade NL, Shinde HM, Babar SB, Kadam AN, Garadkar KM. Green synthesis of ZnO nanoparticles by using Calotropis procera leaves for the photodegradation of methyl orange. Journal of Materials Science-Materials in Electronics. 2017;28:14033-14039

[94] Kumar B, Smita K, Cumbal L, Debut A. Green approach for fabrication and applications of zinc oxide nanoparticles. Bioinorganic Chemistry and Applications. 2014;2014:523869

[95] Phukan S, Bomjen P, Shripathi T, Rashid MH. Green route biosynthesis of shape-tunable ZnO nanostructures and their photocatalytic applications. ChemistrySelect. 2017;2:11137-11147

[96] Rao MD, Gautam P. Synthesis and characterization of ZnO nanoflowers using Chlamydomonas reinhardtii: A green approach. Environmental Progress & Sustainable Energy. 2016;35:1020-1026

[97] Soto-Robles CA, Nava OJ, Vilchis-Nestor AR, Castro-Beltran A, Gomez-Gutierrez CM, Lugo-Medina E, et al. Biosynthesized zinc oxide using Lycopersicon esculentum peel extract for methylene blue degradation. Journal of Materials Science-Materials in Electronics. 2018;29:3722-3729

[98] Zheng YH, Fu L, Han FG, Wang AW, Cai W, Yu JP, et al. Green biosynthesis and characterization of zinc oxide nanoparticles using Corymbia citriodora leaf extract and their photocatalytic activity. Green Chemistry Letters and Reviews. 2015;8:59-63

[99] Kalaiselvi A, Roopan SM, Madhumitha G, Ramalingam C, Al-Dhabi NA, Arasu MV. Catharanthus roseus-mediated zinc oxide nanoparticles against photocatalytic application of phenol red under UV@ 365 nm. Current Science. 2016;111:1811-1815

[100] Azizi S, Shahri MM, Mohamad R. Green Synthesis of zinc oxide nanoparticles for enhanced adsorption of lead ions from aqueous solutions: Equilibrium, kinetic and thermodynamic studies. Molecules. 2017;22:831

[101] Fazlzadeh M, Khosravi R, Zarei A. Green synthesis of zinc oxide nanoparticles using Peganum harmala seed extract, and loaded on Peganum harmala seed powdered activated carbon as new adsorbent for removal of Cr(VI) from aqueous solution. Ecological Engineering. 2017;103:180-190

[102] Muthuchamy N, Atchudan R, Edison T, Perumal S, Lee YR. High-performance glucose biosensor based on green synthesized zinc oxide nanoparticle embedded nitrogen-doped carbon sheet. Journal of Electroanalytical Chemistry. 2018;816:195-204

[103] Sharma D, Sabela MI, Kanchi S, Bisetty K, Skelton AA, Honarpavar B. Green synthesis, characterization and electrochemical sensing of silymarin by ZnO nanoparticles:
Experimental and DFT studies. Journal of Electroanalytical Chemistry. 2018;808:160-172

[104] Jayaseelan C, Rahuman AA, Kirthi AV, Marimuthu S, Santhoshkumar T, Bagavan A, et al. Novel microbial route to synthesize ZnO nanoparticles using Aeromonas hydrophila and their activity against pathogenic bacteria and fungi. Spectrochimica Acta Part A-Molecular and Biomolecular Spectroscopy. 2012;90:78-84

[105] Singh BN, Rawat AKS, Khan W, Naqvi AH, Singh BR. Biosynthesis of stable antioxidant ZnO nanoparticles by Pseudomonas aeruginosa rhamnolipids. PLoS One. 2014;9:e106937

[106] Kundu D, Hazra C, Chatterjee A, Chaudhari A, Mishra S. Extracellular biosynthesis of zinc oxide nanoparticles using Rhodococcus pyridinivorans NT2: Multifunctional textile finishing, biosafety evaluation and in vitro drug delivery in colon carcinoma. Journal of Photochemistry and Photobiology B-Biology. 2014;140:194-204

[107] Tripathi RM, Bhadwal AS, Gupta RK, Singh P, Shrivastav A, Shrivastav BR. ZnO nanostructures: Novel biogenic synthesis and enhanced photocatalytic activity. Journal of Photochemistry and Photobiology B-Biology. 2014;141:288-295

[108] Agarwal H, Kumar SV, Rajeshkumar S. A review on green synthesis of zinc oxide nanoparticles— An eco-friendly approach. Resource-Efficient Technologies. 2017;3:406-413

[109] Nagarajan S, Kuppusamy KA. Extracellular synthesis of zinc oxide nanoparticle using seaweeds of gulf of Mannar, India. Journal of Nanobiotechnology. 2013;11:39

[110] Raliya R, Taraefdar JC. ZnO nanoparticle biosynthesis and its effect on phosphorous-mobilizing enzyme secretion and gum contents in clusterbean (Cyanopsis tetragonoloba L.). Agricultural Research. 2013;2:48-57

[111] Dhandapani P, Siddarth AS, Kamalasekaran S, Maruthamuthu S, Rajagopal G. Bio-approach: Ureolytic bacteria mediated synthesis of ZnO nanocrystals on cotton fabric and evaluation of their antibacterial properties. Carbohydrate Polymers. 2014;103:448-455

[112] Azizi S, Ahmad MB, Namvar F, Mohamad R. Green biosynthesis and characterization of zinc oxide nanoparticles using brown marine macroalga Sargassum muticum aqueous extract. Materials Letters. 2014;116:275-277

[113] Gharagozlou M, Baradaranz Z, Bayati R. A green chemical method for synthesis of ZnO nanoparticles from solid-state decomposition of Schiff-bases derived from amino acid alanine complexes. Ceramics International. 2015;41:8382-8387

[114] Alnarabiji MS, Yahya N, Hamed Y, Aridakani SEM, Azizi K, Klemes JJ, et al. Scalable bio-friendly method for production of homogeneous metal oxide nanoparticles using green bovine skin gelatin. Journal of Cleaner Production. 2017;162:186-194

[115] Fardood ST, Ramazani A, Moradi S, Asiabi PA. Green synthesis of zinc oxide nanoparticles using arabic gum and photocatalytic degradation of direct blue 129 dye under visible light. Journal of Materials Science-Materials in Electronics. 2017;28:13596-13601

[116] Darroudi M, Sabouri Z, Oskuee RK, Zak AK, Kargar H, Hamid MHNA. Sol-gel synthesis, characterization, and neurotoxicity effect of zinc oxide nanoparticles using gum tragacanth. Ceramics International. 2013;39:9195-9199
[17] Somu P, Paul S. Casein based biogenic-synthesized zinc oxide nanoparticles simultaneously decontaminate heavy metals, dyes, and pathogenic microbes: A rational strategy for wastewater treatment. Journal of Chemical Technology and Biotechnology. 2018;93:2962-2976

[18] Subramanian N, Al Ghaferi A. A green synthetic route for zinc oxide nanoarchitectures using L-lysine. Materials Letters. 2013;92:361-364

[19] Xu J, Su H, Han J, Chen Y, Song W, Gu Y, et al. In situ deposition of flower-like ZnO on silk fibroin fibers. Applied Physics A: Materials Science and Processing. 2012;108:235-238

[20] Vijayakumar S, Vaseeharan B. Antibiofilm, anti cancer and ecotoxicity properties of collagen based ZnO nanoparticles. Advanced Powder Technology. 2018;29:2331-2345

[21] Arfat YA, Benjakul S, Prodpnan T, Sumpavapol P, Songtipyap P. Properties and antimicrobial activity of fish protein isolate/fish skin gelatin film containing basil leaf essential oil and zinc oxide nanoparticles. Food Hydrocolloids. 2014;41:265-273

[22] Chan ES, Lee BB, Ravindra P, Poncelet D. Prediction models for shape and size of Ca-alginate macrobeads produced through extrusion-dripping method. Journal of Colloid and Interface Science. 2009;338:63-72

[23] Goes MF, Sinhoreti MA, Consani S, Silva MA. Morphological effect of the type, concentration and etching time of acid solutions on enamel and dentin surfaces. Brazilian Dental Journal. 1998;9:3-10

[24] Leone F, Gignone A, Ronchetti S, Cavalli R, Manna L, Banchero M, et al. A green organic-solvent-free route to prepare nanostructured zinc oxide carriers of clotrimazole for pharmaceutical applications. Journal of Cleaner Production. 2018;172:1433-1439

[125] Kolodziejczak-Radzimska A, Jesionowski T. Zinc oxide-from synthesis to application: A review. Materials. 2014;7:2833-2881

[126] Kakiuchi K, Hosono E, Kimura T, Imai H, Fujihara S. Fabrication of mesoporous ZnO nanosheets from precursor templates grown in aqueous solutions. Journal of Sol-Gel Science and Technology. 2006;39:63-72

[127] Horzum N, Hilal ME, Isik T. Enhanced bactericidal and photocatalytic activities of ZnO nanostructures by changing the cooling route. New Journal of Chemistry. 2018;42:11831-11838

[128] Sabbaghan M, Sadat A. Green synthesis of symmetrical imidazolium based ionic liquids and their application in the preparation of ZnO nanostructures. Ceramics International. 2016;42:3820-3825

[129] Sundrarajan M, Jegatheeswaran S, Selvam S, Gowri R, Balaji M, Bharathi K. Green approach: Ionic liquid assisted synthesis of nanocrystalline ZnO in phyto medium and their antibacterial investigation. Materials Letters. 2017;201:31-34

[130] Duan X, Ma J, Zheng W. The art of using ionic liquids in the synthesis of inorganic nanomaterials. CrystEngComm. 2014;16:2550-2559

[131] Li Q, Kumar V, Li Y, Zhang H, Marks TJ, Chang RPH. Fabrication of ZnO nanorods and nanotubes in aqueous solutions. Chemistry of Materials. 2005;17:1001-1006

[132] Huddleston JG, Willauer HD, Swatloski RP, Visser AE, Rogers RD. Room temperature ionic liquids
Green Synthesis of Zinc Oxide Nanostructures

DOI: http://dx.doi.org/10.5772/intechopen.83338

as novel media for ‘clean’ liquid–liquid extraction. Chemical Communications. 1998;0:1765-1766

[133] Sabbaghan M, Sadat A, Elahe S. Synthesis and optical properties of ZnO nanostructures in imidazolium-based ionic liquids. Solid State Sciences. 2012;14:1191-1195

[134] Alammar T, Mudring A-V. Sonochemical synthesis of 0D, 1D, and 2D zinc oxide nanostructures in ionic liquids and their photocatalytic activity. ChemSusChem. 2011;16:1796-1804

[135] Bohle DS, Spina CJ. Chelating the surface of zinc in zinc oxide nanocrystals: Spectroscopic characterization of ZnO surface-bound eriochrome black T and 8-hydroxyquinoline. The Journal of Physical Chemistry C. 2009;72:14435-14439

[136] Eadi SB, Kim S, Jeong SW. Effect of surfactant on growth of ZnO nanodumbbells and their characterization. Journal of Chemistry. 2017;2017:1-8

[137] Amde M, Tan Z-q, Liu R, Liu J-f. Nanofluid of zinc oxide nanoparticles in ionic liquid for single drop liquid microextraction of fungicides in environmental waters prior to high performance liquid chromatographic analysis. Journal of Chromatography A. 2015;1395:7-15

[138] Spietelun A, Marcinkowski Ł, De La Guardia M, Namięśnik J. Green aspects, developments and perspectives of liquid phase microextraction techniques. Talanta. 2014;119:34-45

[139] Zhang CL, Zhou WN, Hang Y, Lü Z, Hou HD, Zuo YB, et al. Hydrothermal growth and characterization of ZnO crystals. Journal of Crystal Growth. 2008;310:1819-1822

[140] Guo TH, Liu Y, Zhang YC, Zhang M. Green hydrothermal synthesis and optical absorption properties of ZnO2 nanocrystals and ZnO nanorods. Materials Letters. 2011;65:639-641

[141] Al-Sabahi J, Bora T, Al-Abri M, Dutta J. Controlled defects of zinc oxide nanorods for efficient visible light photocatalytic degradation of phenol. Materials. 2016;9:1-10

[142] Baruah S, Dutta J. Hydrothermal growth of ZnO nanostructures. Science and Technology of Advanced Materials. 2009;10:013001

[143] Baruah S, Mahmood MA, Myint MTZ, Bora T, Dutta J. Enhanced visible light photocatalysis through fast crystallization of zinc oxide nanorods. Beilstein Journal of Nanotechnology. 2010;1:14-20

[144] Al-Sabahi J, Bora T, Claereboudt M, Al-Abri M, Dutta J. Visible light photocatalytic degradation of HPAM polymer in oil produced water using supported zinc oxide nanorods. Chemical Engineering Journal. 2018;351:56-64

[145] Singh S, Srivastava VC, Lo SL, Mandal TK, Naresh G. Morphology-controlled green approach for synthesizing the hierarchical self-assembled 3D porous ZnO superstructure with excellent catalytic activity. Microporous and Mesoporous Materials. 2017;239:296-309

[146] Lam S-m, Sin J-c. A green and facile hydrothermal synthesis of ZnO nanorods for photocatalytic application. JOJ Material Science. 2018;4:8-10

[147] Straumal B, Mazilkin A, Protasova S, Myatiev A, Straunali P, Goering E, et al. Influence of texture on the ferromagnetic properties of nanograined ZnO films. Physica Status Solidi b. 2011;248:1581-1586

[148] Lam SM, Sin JC, Zuhairi Abdullah A, Rahman Mohamed A.
Green hydrothermal synthesis of ZnO nanotubes for photocatalytic degradation of methylparaben. Materials Letters. 2013;93:423-426

[149] Kumar V, Gohain M, Som S, Kumar V, Bezuindenhoudt BCB, Swart HC. Microwave assisted synthesis of ZnO nanoparticles for lighting and dye removal application. Physica B: Condensed Matter. 2016;480:36-41

[150] Polshettiwar V, Nadagouda MN, Varma RS. Microwave-assisted chemistry: A rapid and sustainable route to synthesis of organics and nanomaterials. Australian Journal of Chemistry. 2009;62:16-26

[151] Azizi S, Mohamad R, Shahri MM, McPhee DJ. Green microwave-assisted combustion synthesis of zinc oxide nanoparticles with Citrullus colocynthis (L.) schrad: Characterization and biomedical applications. Molecules. 2017;22:1-13

[152] Sutradhar P, Debbarma M, Saha M. Microwave synthesis of zinc oxide nanoparticles using coffee powder extract and its application for solar cell. Synthesis and Reactivity in Inorganic, Metal-Organic and Nano-Metal Chemistry. 2016;46:1622-1627

[153] Iwamura T, Goto S-I, Sakaguchi M, Chuo Y. Synthesis of submicrometer zinc oxide particles and zinc oxide nanowires using microwave irradiation. Chemistry Letters. 2016;45:508-510

[154] Salari Z, Ameri A, Forootanfar H, Adeli-Sardou M, Jafari M, Mehrabani M, et al. Microwave-assisted biosynthesis of zinc nanoparticles and their cytotoxic and antioxidative activity. Journal of Trace Elements in Medicine and Biology. 2017;39:116-123

[155] Tang J, Chai J, Huang J, Deng L, Nguyen XS, Sun L, et al. ZnO nanorods with low intrinsic defects and high optical performance grown by facile microwave-assisted solution method. ACS Applied Materials and Interfaces. 2015;7:4737-4743

[156] Flint EB, Suslick KS. The temperature of cavitation. Science. 1991;253:1397-1399

[157] Oxley JD, Prozorov T, Suslick KS. Sonochemistry and sonoluminescence of room-temperature ionic liquids. Journal of the American Chemical Society. 2003;125:11138-11139

[158] Zak AK, Majid WH, Wang HZ, Yousefi R, Golsehikh AM, Ren ZF. Sonochemical synthesis of hierarchical ZnO nanostructures. Ultrasonics Sonochemistry. 2013;20:395-400

[159] Bhatte KD, Sawant DN, Pinjari DV, Pandit AB, Bhanage BM. One pot green synthesis of nano sized zinc oxide by sonochemical method. Materials Letters. 2012;77:93-95

[160] Zhang YC, Wu X, Hu XY, Guo R. Low-temperature synthesis of nanocrystalline ZnO by thermal decomposition of a green single-source inorganic precursor in air. Journal of Crystal Growth. 2005;280:250-254

[161] Srikanth V, Clarke DR. On the optical band gap of zinc oxide. Journal of Applied Physics. 1998;83:5447-5451

[162] Marinho JZ, Romeiro FC, Lemos SCS, Motta FV, Riccardi CS, Li MS, et al. Urea-based synthesis of zinc oxide nanostructures at low temperature. Journal of Nanomaterials. 2012;2012:427172

[163] Raja M, Shanmugaraj AM, Ryu SH. Preparation of template free zinc oxide nanoparticles using sol-gel chemistry. Journal of Nanoscience and Nanotechnology. 2008;8:4224-4226
Green Synthesis of Zinc Oxide Nanostructures
DOI: http://dx.doi.org/10.5772/intechopen.83338

[164] Yan JK, Wang YY, Zhu L, Wu JY. Green synthesis and characterization of zinc oxide nanoparticles using carboxylic curdlan and their interaction with bovine serum albumin. RSC Advances. 2016;6:77752-77759